Effect of Root Resection on Sealing Ability of Orthograde Apical Plugs of Mineral Trioxide Aggregate and Calcium Enriched Mixture

Saeed Moradi¹, Reza Disfani², Mahdi Lomee³, Neda Naghavi³

¹Professor, Department of Endodontics, Dental Materials Research Center, School of Dentistry, Mashhad University of Medical Sciences (MUMS), Mashhad, Iran
²Assistant Professor, Department of Endodontics, Dental Research Center, School of Dentistry, Mashhad University of Medical Sciences (MUMS), Mashhad, Iran
³Assistant Professor, Department of Endodontics, School of Dentistry, Mazandaran University of Medical Sciences, Sari, Iran

Abstract

Objective: There is some concern that root resection may alter the seal of the previously set orthograde material. The aim of this study was to evaluate the apical sealing ability of orthograde mineral trioxide aggregate (MTA) and calcium enriched mixture (CEM) plugs after resection of the roots.

Materials and Methods: The fluid filtration method was carried out on a total of 51 roots in three experimental (n=15) and two control (n=3) groups. The root canals were prepared 3 mm shorter than the working length. In groups A and B, 4 mm of MTA and CEM were placed in an orthograde technique, respectively, and after setting, 3 mm of the root end was resected. In group C, the apical 3 mm of each root was resected, root end preparation was carried out to a depth of 3 mm and filled with MTA. Apical microleakage values of each group were measured. Data was analyzed using Kruskal-Wallis test.

Results: Means and standard deviations of apical microleakage in groups A (MTA orthograde), B (CEM orthograde) and C (MTA retrograde) were 2.31×10⁻⁴ (0.32×10⁻⁴), 3.33×10⁻⁴ (0.29×10⁻⁴) and 4.42×10⁻⁴ (0.40×10⁻⁴) μl.min⁻¹.cmH₂O⁻¹, respectively. The mean values were greater in group C; however, statistical analysis revealed no significant differences between these groups (P˃0.05).

Conclusion: Based on the results of this study, when there is an orthograde access to the root canal and surgery is likely to be necessary in the future, MTA and CEM can be placed in an orthograde technique and it just resects the root during surgery.

Key Words: Dental Leakage; Mineral Trioxide Aggregate; Retrograde Obturation; Root Canal Filling Material

INTRODUCTION

Incomplete obturation of the root canal system and presence of communication between the root canal system and its surrounding tissues can lead to failure in endodontic treatment [1]. Orthograde or retrograde filling materials...
should three-dimensionally seal the root canal. Occasionally, when nonsurgical root canal treatment fails, endodontic surgery may be required. Several different materials have been recommended as root-end filling materials, including amalgam, zinc oxide-eugenol, glass-ionomer cements, composite resins and more recently, mineral trioxide aggregate (MTA) [2–5]. MTA has various clinical advantages, such as superior sealing ability [6,7], setting in a moist environment [8], biocompatibility [9] and bactericidal activity [10]. Unfortunately, delayed setting time and poor handling characteristics are the disadvantages of this material as a root-end filling material. In addition, it tends to be washed out easily [11,12].

Recently, a calcium-containing cement has been introduced to dentistry, referred to as calcium enriched mixture (CEM). Asgary et al. showed that CEM comprises water-soluble calcium and phosphate and forms hydroxyapatite after setting [13]. The clinical uses of CEM are the same as those of MTA; they have similar working time, PH and dimensional stability [14]. In another study, Asgary et al. [15] showed that CEM has significantly better antibacterial properties compared to MTA. CEM can induce hard tissue healing [16], sets in humid environments and has appropriate setting time, good handling characteristics [17] and an excellent seal when used as a root-end filling material [18].

In some conditions in which anatomic access and retrofilling are difficult or impossible during periradicular surgery, and in cases requiring nonsurgical retreatment, in which the root canal is obstructed and access up to the working length is impossible, the obturating material can be placed via an orthograde technique and the coronal portions were flared using Gates-Glidden drills # 2, 3 and 4 (Dentsply Maillefer, Ballaigues, Switzerland). The root canals were irrigated with 1 mL of 5.25% sodium hypochlorite as an irrigant between each file. To remove the smear layer from the canal walls, each specimen was irrigated with 1 mL of 17% EDTA (Ariadent, Asia Chemi Teb, Tehran, Iran), which was left in the canal for 1 minute, followed by a final rinse with 3 mL of 5.25% sodium hypochlorite solution. The root canals were completely dried with paper points (Aria Dent, Tehran, Iran) before obturation.

B) Obturation of the canals

The specimens were divided into three equal experimental groups of 15 with simple rando-
mization. Two control groups of three teeth each (one sample in the positive control group and one sample in the negative control group for each experimental group) were prepared too.

In the experimental groups A and B, MTA (ProRoot; Tulsa Dental, Tulsa, OK, USA) and CEM (CEM Cement, Yektaz Dandan; Bionique Dent, Tehran, Iran) were mixed according to manufacturers’ instructions and placed in the canal in an orthograde direction with a mesying gun (needle gauge# 1mm) (Endogun; Medidenta, Woodside, NY, USA) and applied within the canal with an endodontic plugger (size# B) (Hu-Friedy, Chicago, IL, USA) to create an apical plug measuring 4 mm in thickness, 3 mm shorter than the working length. Radiographs were taken to ensure void-free placement and plug thickness. The remaining canal space was left unfilled, but a cotton pellet moistened with saline was placed in contact with the materials. The coronal seal was established by 2–3 mm of Cavit (Premier Dental, King of Prussia, Pa). The samples were stored in an incubator at 37°C and relative humidity for 48 hours. After setting the material, the 3-mm root-end portions of each sample in both groups were resected perpendicular to the long axis of the root to expose the previously set material. Finally, there should be a 4-mm-thick plug of both materials in the apical part of the resected roots. Another radiograph was taken in this step to ensure the thickness and absence of vacuity in the root canal.

In the experimental group C, the apical 3 mm of each sample was resected perpendicular to the long axis of the tooth and the root end was prepared to a depth of 3 mm using ultrasonic tip (CPR-2D) powered by an ultrasonic unit (Spartan, Fenton, MO, USA). To provide an intracanal matrix to condense the root-end filling material against, a customized gutta-percha cone (Ariadent, Iran) was prepared and adapted to the apical part of the canal, leaving a root-end void of 3 mm, which was confirmed by a periodontal probe and radiographs. The canals and the cavities were dried with sterile paper points and MTA was mixed according to the manufacturer’s recommendations and placed in the root-end cavity with a mesying gun and condensed with endodontic pluggers. After the cavity was completely filled, the intracanal barrier was replaced with moistened paper points and the density and depth of the filling material was verified by radiography. Finally, the teeth were temporarily sealed. This group served as a gold standard.

Three samples that were instrumented, but not obturated were used as the positive control group, but in the negative controls, the canals were obturated according to each experimental group; group A with 4 mm MTA orthograde, group B with 4 mm CEM orthograde and group C with 3 mm MTA retrograde.

Two layers of nail varnish were applied to the surfaces of all the teeth in the experimental and positive control groups, excluding the 3-mm apical portion and the access cavity. In the negative control groups, the entire root surfaces were covered with two layers of nail varnish, except for the access cavity. All the nail varnish layers were covered with Parafilm tapes (Parafilm "M", Laboratory Film, Chicago, USA) for double sealing.

C) Evaluation of the leakage
The method used in this study for fluid filtration measurements was previously described by Javidi et al. [20]. The apical parts of the specimens were inserted into a plastic tube (Guihua, China), measuring 5 mm in diameter and 4 cm in length, from the apical end and cyanoacrylate glue (Zapit, Dental Venture of America, Anaheim Hills, CA) was applied circumferentially between the Parafilm tapes on the outer root surface and the plastic tube. The plastic tube was attached to a micropipette (Microcaps, Fisher Scientific, Philadelphia, PA) via a tri-valve tube and all the system was filled with distilled water.
The fluid filtration system measured water movement through the obturated root canal under a constant pressure of 0.5 Atm by monitoring the movement of an air bubble within the micropipette. An oxygen tank equipped with a manometer (to precise adjustment of pressure) was utilized. The movement of the air bubble was measured in mm/min and by using the volume of the micropipette, this was converted to μL/min. Apical sealing ability of each sample was measured at 2-minute intervals for a duration of 8 minutes and the average value was recorded. The amount of microleakage was expressed as μL/min cmH2O. Statistical analysis of the data was accomplished using Kruskal-Wallis test. Statistical significance was defined at P<0.05.

RESULTS
Apical microleakage values (means and standard deviations) of the groups A (MTA orthograde), B (CEM orthograde) and C (MTA retrograde) were 2.31×10⁻⁴ (0.32×10⁻⁴), 3.33×10⁻⁴ (0.29×10⁻⁴) and 4.42×10⁻⁴ (0.40×10⁻⁴) μL·min⁻¹·cmH2O⁻¹, respectively (Table 1). The positive controls showed an excessive amount of leakage, significantly more than the experimental groups, while the specimens in the negative control group showed no microleakage. All of the three experimental groups demonstrated apical leakage. Kruskal-Wallis test showed no significant differences between the groups (p= 0.154); however, group C exhibited more leakage than the other groups.

DISCUSSION
MTA is currently used as a root-end filling material [21]. MTA may also be placed either as an apical plug or to obturate the entire root canal using an orthograde technique [19]. In these instances, if periradicular surgery is subsequently required, the root-end fragment may be resected and the previously set material will be exposed [19]. The sealing ability of various orthograde or retrograde filling materials have been assessed by dye, radioisotope, and bacterial penetration, scanning electron microscopy, electrochemical, and fluid filtration techniques [22]. This in vitro study evaluated the effect of root resection on the sealing ability of orthograde MTA and CEM plugs compared to conventional MTA retrofillings by using a fluid filtration device. The validity and reliability of the device used in this study is proved by Javidi et al. [20]. No significant differences were observed between the apical seal of resected MTA- and CEM-placed orthograde and the apical seal of MTA-placed retrograde as a root-end filling. These findings corroborate with previous findings of Andelin et al. [19] and Milani et al. [23]. Milani et al evaluated the sealing ability of two retrofilled groups of MTA and CEM and two groups with apical plugs of these materials by dye leakage method. The resected groups showed more microleakage than the retrofilled groups, which was significant in CEM groups.

Table 1. Mean (SD) (×1000) apical microleakage values of three experimental groups as μL·min⁻¹·cmH2O⁻¹

| Group | N | Material/Technique   | Mean (SD)        |
|-------|---|----------------------|------------------|
| A     | 15| MTA orthograde       | 2.31×10⁻⁴ (0.32×10⁻⁴) |
| B     | 15| CEM orthograde       | 3.33×10⁻⁴ (0.29×10⁻⁴) |
| C     | 15| MTA retrograde       | 4.42×10⁻⁴ (0.40×10⁻⁴) |

www.jdt.tums.ac.ir  July 2014; Vol. 11, No. 4
They concluded that root-end resection increases microleakage of CEM, but the sealing ability of MTA is not affected by root resection. They also reported less microleakage in CEM compared to MTA, with no significant differences [23], consistent with the results of this study, in which there were no significant differences in sealing abilities of MTA and CEM orthograde apical plugs. It is pertinent to point out that in the present study, MTA and CEM were utilized alone in the root canals and the remainder of the canal was left empty. Although this practice is a departure from what would have been done clinically, this design was adopted to evaluate the definite microleakage of obturating materials without interfering with the sealing capacity of gutta-percha and sealer. This method has also been used by other investigators [24, 25]. In addition, in retrograde fillings the moisture absorbs from the end of the root not from the internal of the root, but in the present study moistened paper points were placed in the root canal to assimilate with the other groups. In the present study, based on a study by Hachmeister et al. [26], apical plugs measuring 4 mm in thickness were used, Hong [25] and de Leimburg [27] also used plugs measuring 2 mm and 1, 2 and 3 mm in thickness, respectively, reporting that all had acceptable seal. Lamb et al. [28] evaluated the minimum thickness of MTA apical plug to provide an acceptable seal after root resection. They reported that root resection did not significantly influence the sealing ability of MTA when at least 3 mm of the material was left in the canal. Their findings are consistent with those of the current study, in which resection of the 4-mm apical plug did not affect the sealing properties of the material. Martin et al. [29] compared the sealing ability of a 3-5-mm-thick MTA apical plug with the whole-canal orthograde MTA fillings and concluded that the whole-canal obturation technique provided a better seal during the first 48 hours.

It is clear that increasing the plug thickness may improve resistance to leakage. In the present study, the thickness of orthograde fillings (MTA and CEM) was 4mm, but retrograde MTA was 3mm in depth. Ultrasonic tips are 3mm in height that produce the minimum accepted thickness (3mm) for retrograde fillings and the clinicians have no opportunity to increase it.

In orthograde fillings, the operator can even prepare the whole canal for fillings. We choose 4mm thickness to assimilate with the retrograde group, because when the root was resected it might cut some of the fillings too. The fluid filtration system, originally described by Derkson et al. [30], has been demonstrated to be an acceptable method for microleakage assessment and it is widely used to test the sealing ability of various materials in endodontics [7,31,32]. This technique provides a quantitative measurement of microleakage over a period of time and is a non-destructive method that allows repeated evaluation of leakage of the same samples [33]. However, there is no standardization in the materials and methods of this technique. Besides, the equipment and devices may not be found everywhere [20].

In the present study, microleakage of each sample was measured at 2-minute intervals for 8 minutes, similar to the methods used by Yildirim et al. [24], Lamb et al. [28], Yatsushiro et al. [31] and Garip et al. [33]. The fluid filtration test was conducted under 0.5 atmospheric constant pressure according to a previous study by the authors [20,34]. As a clinical consideration, an important issue is the healing process after using set or fresh MTA, which has been assessed in some studies [34, 35]. In an in vivo study, Habibi et al. [34] declared that there were no significant differences between healing processes and hard tissue formation with the use of set and fresh MTA during surgery on cat teeth.
Apaydin et al. [35] compared the healing processes and extent of cementum deposition on the resected set MTA with those of fresh MTA as a root-end filling material in dogs. Based on their results, it appears that fresh MTA is more inductive than resected set MTA. However, the presence of resected set MTA adjacent to periradicular tissues did not prevent regeneration of these tissues in the majority of cases.

CONCLUSION
Based on the results of this study it appears that the sealing ability of MTA and CEM placed in an orthograde technique and allowed to set is not affected by root-end resection. This may prove to be beneficial in cases where difficult access and isolation might prevent placement of MTA as a root-end filling material.

ACKNOWLEDGMENTS
Authors acknowledge Research Council of Mashhad University of Medical Sciences for providing financial support of this research project. The Results Presented in this Study has been taken from a Postgraduate thesis (no:439).

REFERENCES
1- Hoen MM, Pink FE. Contemporary endodontic retreatments: an analysis based on clinical treatment findings. J Endod. 2002 Dec;28(12):834-6.
2- Friedman S. Retrograde approaches in endodontic therapy. Endod Dent Traumatol. 1991 Jun;7(3):97-107.
3- Torabinejad M, Watson TF, Pitt Ford TR. Sealing ability of a mineral trioxide aggregate when used as a root end filling material. J Endod. 1993 Dec;19(12):591-5.
4- Chong BS, Pitt Ford TR, Watson TF, Wilson RF. Sealing ability of potential retrograde root filling materials. Endod Dent Traumatol. 1995 Dec;11(6):264-9.
5- Kim S, Kratchman S. Modern endodontic surgery concepts and practice: a review. J Endod. 2006 Jul;32(7):601-23.
6- Ferl Luketić S, Malcić A, Jukić S, Anić I, Segović S, Kalenić S. Coronal microleakage of two root-end filling materials using a poly-microbial marker. J Endod. 2008 Feb;34(2):201-3.
7- De Bruyne MA, De Bruyne RJ, Rosiers L, De Moor RJ. Longitudinal study on microleakage of three root-end filling materials by the fluid transport method and by capillary flow porometry. Int Endod J. 2005 Feb;38(2):129-36.
8- Torabinejad M, Higa RK, McKendry DJ, Pitt Ford TR. Dye leakage of four root end filling materials: effects of blood contamination. J Endod. 1994 Apr;20(4):159-63.
9- Koulaouzidou EA, Papazisis KT, Economides NA, Beltes P, Kortsaris AH. Antiproliferative effect of mineral trioxide aggregate, zinc oxide-eugenol cement, and glass-ionomer cement against three fibroblastic cell lines. J Endod. 2005 Jan;31(1):44-6.
10- Al-Hezaimi K, Al-Shalan TA, Naghsbandi J, Oglesby S, Simon JH, Rotstein I. Antibacterial effect of two mineral trioxide aggregate (MTA) preparations against Enterococcus faecalis and Streptococcus sanguis in vitro. J Endod. 2006 Nov;32(11):1053-6.
11- Camilleri J, Montesin FE, Di Silvio L, Pitt Ford TR. The chemical constitution and biocompatibility of accelerated Portland cement for endodontic use. Int Endod J. 2005 Nov;38(11):834-42.
12- Pelliccioni GA, Vellani CP, Gatto MR, Gandolfi MG, Marchetti C, Prati C. Proroot mineral trioxide aggregate cement used as a retrograde filling without addition of water: an in vitro evaluation of its microleakage. J Endod. 2007 Sep;33(9):1082-5.
13- Akgun S, Eghbal MJ, Parirokh M, Ghoddsi J. Effect of two storage solutions on surface topography of two root-end fillings. Aust Endod J. 2009 Dec;35(3):147-52.
14- Asgary S, Shahabi S, Jafarzadeh T, Amini S, Kheirieh S. The properties of a new endodontic material. J Endod. 2008 Aug;34(8):990-3.
15- Asgary S, Kamrani A, Taheri S. Evaluation of antimicrobial effect of MTA, calcium hydroxide, and CEM cement. Iran Endod. 2007 Fall;2(3):105-9.
16- Asgary S, Eghbal MJ, Parirokh M, Ghanavati F, Rahimi H. A comparative study of histological response to different pulp capping materials and a novel endodontic cement. Oral Surg Oral Med Oral Pathol Oral Radiol Endod. 2008 Oct;106(4):609-14.
17- Asgary S, Shahabi S, Jafarzadeh T, Amini S, Kheirieh S. The properties of a new endodontic material. J Endod. 2008 Aug;34(8):990-3.
18- Asgary S, Eghbal MJ, Parirokh M. Sealing ability of a novel endodontic cement as a root-end filling material. J Biomed Mater Res A. 2008 Dec;87(3):706-9.
19- Andelin WE, Browning DF, Hsu GH, Roland DD, Torabinejad M. Microleakage of resected MTA. J Endod. 2002 Aug;28(8):573-4.
20- Javidi M, Naghavi N, Roohani E. Assembling of fluid filtration system for quantitative evaluation of microleakage in dental materials. Iran Endod J. 2008 Summer;3(3):68-72.
21- Torabinejad M, Chivian N. Clinical applications of mineral trioxide aggregate. J Endod. 1999 Mar;25(3):197-205.
22- Torabinejad M, Lee SJ, Hong CU. Apical marginal adaptation of orthograde and retrograde root end fillings: a dye leakage and scanning electron microscopic study. J Endod. 1994 Aug;20(8):402-7.
23- Milani AS, Shakouie S, Borna Z, Sighari Deljavan A, Asghari Jafarabadi M, Pournagh Azar F. Evaluating the Effect of Resection on the Sealing Ability of MTA and CEM Cement. Iran Endod J. 2012 Summer;7(3):134-8.
24- Yıldırım T, Taşdemir T, Orucoglu H. The evaluation of the influence of using MTA in teeth with post indication on the apical sealing ability. Oral Surg Oral Med Oral Pathol Oral Radiol Endod. 2009 Sep;108(3):471-4.
25- Hong ST, Bae KS, Baek SH, Kum KY, Lee W. Microleakage of accelerated mineral trioxide aggregate and Portland cement in an in vitro apexification model. J Endod. 2008 Jan;34(1):56-8.
26- Hachmeister DR, Schindler WG, Walker WA 3rd, Thomas DD. The sealing ability and retention characteristics of mineral trioxide aggregate in a model of apexification. J Endod. 2002 May;28(5):386-90.
27- de Leimburg ML, Angeretti A, Ceruti P, Lendini M, Pasqualini D, Berutti E. MTA obturation of pulpless teeth with open apices: bacterial leakage as detected by polymerase chain reaction assay. J Endod. 2004 Dec;30(12):883-6.
28- Lamb EL, Loushine RJ, Weller RN, Kimbrough WF, Pashley DH. Effect of root resection on the apical sealing ability of mineral trioxide aggregate. Oral Surg Oral Med Oral Pathol Oral Radiol Endod. 2003 Jun;95(6):732-5.
29- Martin RL, Monticelli F, Brackett WW, Loushine RJ, Rockman RA, Ferrari M, Pashley DH, Tay FR. Sealing properties of mineral trioxide aggregate orthograde apical plugs and root fillings in an in vitro apexification model. J Endod. 2007 Mar;33(3):272-5.
30- Derkson GD, Pashley DH, Derkson ME. Microleakage measurement of selected restorative materials: a new in vitro method. J Prosthet Dent. 1986 Oct;56(4):435-40.
31- Yatsuhiro JD, Baumgartner JC, Tinkle JS. Longitudinal study of the microleakage of two root-end filling materials using a fluid conductive system. J Endod. 1998 Nov;24(11):716-9.
32- Fogel HM, Peikoff MD. Microleakage of root-end filling materials. J Endod. 2001 Jul;27(7):456-8.
33- Garip H, Garip Y, Oruçoğlu H, Hatipoğlu S. Effect of the angle of apical resection on apical leakage, measured with a computerized fluid filtration device. Oral Surg Oral Med
Oral Pathol Oral Radiol Endod. 2011 Mar;111(3):e50-55.
34- Moradi S, Naghavi N, Rohani E, Javidi M. Evaluation of microleakage following application of a dentin bonding agent as root canal sealer in the presence or absence of smear layer. J Oral Sci. 2009;51(2):207-13.
35- Habibi M, Ghoddusi J, Habibi A, Mohtasham N. Healing process following application of set or fresh mineral trioxide aggregate as a root-end filling material. Eur J Dent. 2011 Jan;5(1):19-23.
36- Apaydin ES, Shabahang S, Torabinejad M. Hard-tissue healing after application of fresh or set MTA as root-end-filling material. J Endod 2004 Jan;30(1):21-4.